Article

Soybean Oil Transesterification for Biodiesel Production with Micro-Structured Calcium Oxide (CaO) from Natural Waste Materials as a Heterogeneous Catalyst

Samuel Santos 1,*, Luís Nobre 2, João Gomes 1,3, Jaime Puna 1,3, Rosa Quinta-Ferreira 4 and João Bordado 1

1 CERENA–Centro de Recursos Naturais e Ambiente, Instituto Superior Técnico, Universidade de Lisboa, Av. Rovisco Pais, 1, 1049-001 Lisboa, Portugal; jgomes@deq.isel.pt (J.G.); jpuna@deq.isel.pt (J.P.); jcbordado@tecnico.ulisboa.pt (J.B.)
2 CQE–Centro de Química Estrutural, Instituto Superior Técnico, Universidade de Lisboa Av. Rovisco Pais, 1, 1049-001 Lisboa, Portugal; lcnobre@fc.ul.pt
3 Área Departamental de Engenharia Química, Instituto Superior de Engenharia de Lisboa, Instituto Politécnico de Lisboa, R. Conselheiro Emídio Navarro, 1, 1959-007 Lisboa, Portugal
4 Faculdade de Ciências e Tecnologias, Universidade de Coimbra, R. Sílvio Lina s/n, 3030-790 Coimbra, Portugal; rosaqf@eq.uc.pt
* Correspondence: samuelpsantos@tecnico.ulisboa.pt; Tel.: +351-218-417-755

Received: 21 October 2019; Accepted: 6 December 2019; Published: 9 December 2019

Abstract: In this study, micro-structured calcium oxide obtained from the calcination (850 °C for 3 h) of Gallus gallus domesticus (chicken) eggshells was used as a catalyst in the transesterification of soybean oil. This catalyst was characterized by Scanning Electron Spectroscopy (SEM) methods. The structure of the obtained CaO showed several agglomerates of white granular solids with a non-regular and unsymmetrical shape. In terms of calcium oxide catalytic activity, three different catalyst loadings (1%wt, 3%wt, and 5%wt) were tested for the same reaction conditions, resulting in transesterification yields of 77.27%wt, 84.53%wt, and 85.83%wt respectively. The results were compared to the current literature, and whilst they were lower, they were promising, allowing us to conclude that the tendency of yield improvement for this reaction, when the size range of catalyst particles is to be reduced to a nano scale, can be verified.

Keywords: biodiesel; calcium oxide; transesterification; eggshell; solid base heterogeneous catalyst; micro- and nano-structured catalysts

1. Introduction

Currently, due to the continuous growth of the world’s population, there is a high energy demand in both the industrial and domestic sectors, as well as an increase in public awareness about pollution and the overuse of fossil fuels. This has led to a rise in interest regarding research on alternative renewable energy sources [1–3].

Of the most common renewable energy sources for road transportation, i.e., hydrogen, natural gas, syngas, and biofuel, the latter is the most suitable, environmentally-friendly, and the only one which is ready to be used in vehicles equipped with internal combustion engines (ICE). Biodiesel (from the Greek, bio, life + diesel, from Rudolf Diesel) is the world’s most famous biofuel. It is a preferred alternative for petrodiesel (diesel from petroleum oil) in ICE, due to its benefits, such as its availability, non-toxicity, and similar cetane-number, as well as the fact that it can be used directly or in blends with
conventional diesel without any need for revamping and even improves the diesel fuel lubrication properties [3–5].

In terms of industrial application for biodiesel production, homogeneous catalysts, such as NaOH and KOH, are usually preferred, but their removal is rather complex and sometimes polluting, bringing extra costs to the final product [6–8]. Considering heterogeneous catalysts for the transesterification reaction, calcium oxide (CaO) is a widely-used catalyst due to being cheap, non-corrosive, economically benign, and easy to handle, in addition to having a high basicity compared to homogeneous base catalysts [2]. It can be obtained from natural sources through the calcification of waste egg and oyster shells (~95% CaCO$_3$) at 850 °C for 3 h, exhibiting high activity for the transesterification of soybean oil due to its superior basic strength [9,10].

On the other hand, heterogeneous catalysts are, for the time being, somewhat time consuming, still inefficient, and still present problems related to mass transfer limitations. One solution regarding this problem might be the use of micro- or nano-structured catalysts, as new heterogeneous catalysts [1,11–14]. Using these based CaO catalysts, it would be possible to overcome some of these issues, as they present a higher surface area and catalytic activity, thus allowing a significant improvement in the transesterification efficiency to be achieved, resulting in faster reactions, i.e., shorter reaction times, low reaction temperatures, and lower catalyst loadings.

Nanocatalysts have recently become the focus of recent research. Reddy et al. (2006) [15] showed that a nanocrystalline CaO was an efficient catalyst for producing biodiesel with high yields at room temperature using soybean oil and poultry fat as raw materials. Hu et al. (2011) [16] developed a nanomagnetic solid base catalyst, KF/CaO-Fe$_3$O$_4$, based on a magnetic Fe$_3$O$_4$ core. In a reaction carried out at 65 °C with a methanol/oil molar ratio of 12:1 and a catalyst concentration of 4% weight related to oil, the biodiesel yield exceeded 95% at 3 h of reaction time. Wen et al. (2010) [17] concluded that the solid base catalysts KF/CaO can be used for biodiesel production with a yield of more than 96%. Kaur et al. (2011) [18] prepared a 1.75 Li-CaO (1.75% weight lithium impregnated CaO) catalyst, which, in the optimized conditions for the transesterification of Karanja and Jatropha oils, could achieve over a 99% conversion of oils to fatty acid methyl esters (FAME).

In the present work, the use of CaO from natural sources, in this case, chicken eggshells, which were then grinded, as a catalyst in the transesterification of soybean oil was studied. The obtained particles from the calcination of the calcium carbonate present in the shells were converted into calcium oxide and then analyzed by Scanning Electron Microscopy (SEM) to assess their structure and particle size. This is an intermediate study regarding the use of nano-structured heterogeneous catalysts for the improved obtention of biodiesel. The results for the soybean oil transesterification will be, in the future, used as a benchmark for a comparison with nanocrystalline CaO catalysts that are currently being studied and prepared by this research team using the Supercritical Anti-Solvent (SAS) method [19–23]. This technique consists of solubilizing CaO into conventional liquid solvents. These solvents are then saturated by supercritical CO$_2$, resulting in the controlled precipitation of nanocrystalline CaO by the anti-solvent effect [24,25]. Therefore, it will be possible to optimize the nanoparticle size by tuning the operational conditions.

2. Materials and Methods

2.1. Materials

Soybean oil was purchased from a local supermarket in Lisbon, Portugal. Methanol was used in the form of laboratory grade (MeOH; >99% pure). Gallus gallus domesticus (chicken) eggshells were collected from several households.
2.2. Preparation of the CaO Catalyst

The eggshells were washed several times with boiling water and then left to dry overnight at 100 °C. After that, the shells were grinded and the obtained solids were sieved into a fine powder using a 30 Mesh (<500 µm) strainer.

For benchmark tests, the calcination was performed for 3 h at 850 °C, with a heating rate of 5 °C/min. The calcium carbonate present in these shells was converted into calcium oxide (CaO), as shown in the equation below:

$$\text{CaCO}_3(s) \xrightarrow{850 \, ^\circ \text{C}} \text{CaO}(s) + \text{CO}_2(g).$$  \hspace{1cm} (1)

The obtained calcium oxide was then used as a solid base heterogeneous catalyst for the soybean oil transesterification reaction.

2.3. Catalyst Characterization

Scanning Electron Microscopy images were obtained (JEOL 7100F with an Oxford light elements Energy-dispersive spectroscopy (EDS) detector and Electron backscatter diffraction (EBSD) detector) in order to characterize the produced calcium oxide’s morphology and particle size.

Dynamic light scattering graphics were also obtained (Microtrac NANO-flex 180° DLS size) to characterize the calcium oxide’s particle size distribution.

2.4. Soybean Oil Transesterification

The transesterification of soybean oil was performed using the CaO resulting from the eggshell calcination and further grinding as the catalyst.

The transesterification reaction took place in a 25 mL flask. In total, 5 g of soybean oil was weighted and heated in a water bath to achieve the reaction temperature of methanol reflux (65 °C). Then, 2.24 g of methanol was weighted and placed inside the reaction flask. The amount of methanol used corresponded to a methanol/oil molar ratio of 12:1. These conditions resulted from work previously developed within this research group on the transesterification of triglycerides using calcium-rich heterogeneous catalysts and the optimization studies then performed [26–29].

Three different catalyst loadings were tested: 1%, 3%, and 5% (w/w, oil basis). The catalysts were added to the methanol, and the mixture was stirred at a high velocity rate. When the methanol reflux temperature was reached, the soybean oil was slowly added to the previous mixture.

Tests with different reaction times were also performed, ranging from one to five hours. Then, the mixture was filtered and placed inside a separation funnel to allow separation of the FAME phase from the glycerol phase.

The yield of the transesterification reaction was calculated using the following equation:

$$\text{Biodiesel yield (}) = \frac{\text{Measured weight of FAME}}{\text{Theoretical weight of FAME}} \times 100. \hspace{1cm} (2)$$

The theoretical weight of FAME was calculated using the stoichiometry of the transesterification reaction, as shown in Figure 1.
3. Results

3.1. Characterization of the Catalyst

3.1.1. SEM Analysis

SEM micrographs of the CaO obtained from the calcination of Gallus gallus domesticus (chicken) eggshells were used to identify the morphology of the resulting white powder, as shown in Figure 2.

Figure 2. Scanning Electron Spectroscopy (SEM) microstructures of the CaO obtained from the calcination of eggshells. Eggshells were washed and left to dry overnight at 100 °C, crushed by mortar, and calcined at 850 °C for 3 h. Magnification and bars: (a) 500×, 10 µm; (b) 5000×, 1 µm; (c) 10,000×, 1 µm; (d) 30,000×, 100 nm.
3.1.2. Dynamic Light Scattering (DLS) Analysis

The characterization of calcium oxide obtained from the calcination of chicken eggshells was also performed by analyzing the size distribution for the particles. Dynamic light scattering allowed us to assess the size distribution range, which is shown in Figure 3.

![Particle Size Distribution](image)

**Figure 3.** Dynamic light scattering analysis of calcium oxide obtained from eggshells, showing the size range of calcium oxide particles.

3.2. Catalytic Activity

The catalytic activity of the obtained CaO was tested in a bench scale setup at methanol’s reflux temperature. The purpose of this experimental work was to assess the optimal reaction conditions for the transesterification of the soybean oil, more specifically, considering the reaction time and catalyst loading. The catalyst loading of 5% and the molar ratio of methanol/oil were previously tested within this research group [26–29]. This was considered a good starting point regarding the evaluation of using calcined eggshells as a heterogeneous catalyst for the transesterification of soybean oil. Additionally, an excess of methanol was necessary, in order to guarantee that the equilibrium shifted towards the products, due to the fact that the transesterification of fatty acids is a reversible reaction, as shown in Figure 3 [5,30].

As shown in Figure 4, for the same molar ratio of methanol/oil (12:1), a catalyst loading of 5% presents the best result in terms of the fatty acid conversion yield, reaching a maximum of 85.83% conversion in only three hours of reaction.

![Effect of the reaction time on the FAME yield for three different catalyst loadings](image)

**Figure 4.** Effect of the reaction time on the FAME yield for three different catalyst loadings.

For the other two catalyst loadings, although the obtained yields are not as high as for the 5% loading, the results for the catalyst loading of 3% exhibit conversion yields in the same range.
A maximum of 84.53% was obtained, for this loading, when the reaction had been running for two hours.

As for the lowest catalyst loading (1%), the highest achievable yield was 77.27%. It is expected that the micronization of this catalyst into nano-structured CaO will result in an increase of its activity, meaning that, possibly, lower amounts will be needed to obtain at least similar FAME yields. In fact, it is expected that FAME yields could be even higher.

4. Discussion

4.1. SEM Analysis

The morphology of the CaO obtained from the calcination of chicken eggshells showed well-developed and defined particles. The structure of the obtained CaO showed several agglomerates of white granular solids, which displayed a non-regular and unsymmetrical shape.

Comparing the obtained morphology with several other studies, it was possible to notice that the observed structure was quite similar. All the micrographs exhibited white non-regular solids where the only noticeable divergence between the various micrographs was the general particle size [31–36].

By analyzing the SEM micrographs for the obtained CaO, it is possible to assume a general particle size smaller than one micron ($<1 \mu m$), which, for CaO obtained from calcined eggshells, is the most common size range. Although the particles are smaller than 1 $\mu m$, they are not yet in the nano particle range. According to IUPAC (International Union of Pure and Applied Chemistry) the particle’s dimensions have to be within the 1–100 nm range in order to be classified as nano [37].

It is expected that, with the implementation of the SAS micronization technique in the future, the CaO particles will become considerably smaller ($<100$ nm), presenting a regular and symmetrical shape, and thus become nanoparticles.

4.2. DLS Analysis

The size of the obtained CaO particles appears to be distributed within a small region of the nanometric scale.

By analyzing the DLS graphic, it is possible to confirm that that the obtained CaO particle size distribution lies in the narrow gap between 450 and 600 nm, so is indeed smaller than one micron ($<1 \mu m$), as mentioned before.

Moreover, it is expected that with the implementation of the SAS technique, CaO nanoparticles with a more homogeneous particle size distribution will be obtained.

4.3. Catalytic Activity

Figure 4 shows the effect of the reaction time on the FAME yields for the three studied catalyst loadings (1%, 3%, and 5%). When comparing this data with that reported from different studies using CaO waste materials as heterogeneous catalysts (Table 1), it is possible to notice that, for different fatty acid feedstocks, in similar reaction conditions, analogous types of catalysts, and catalytic treatments, the obtained results in this study show that, in terms of the transesterification yield, there is still room for improvement using this catalyst. The low yield values could be due to the existence of internal mass transfer limitations, which are related to the hindrance of triglyceride molecules in the CaO micropores and hence, the catalytic activity of the CaO particles is somewhat low. If the size of the CaO particles was reduced to nanoscale material, its surface area would be higher than before, allowing for a lessening of the effect of internal mass transfer limitations, resulting in higher catalytic activity, higher transesterification yields, and shorter reaction times.

Therefore, with the use of nanocatalysts that are currently being prepared, the obtained yields will increase and be in the same size range as that described by Wei et al. (2009).
### Table 1. Comparison of yield/conversion to biodiesel using different catalysts prepared from CaO waste materials.

| Feedstock                      | Catalyst | MeOH/Oil Molar Ratio | Catalyst Loading (%wt) | Yield (%$^1$)/Conversion (%FAME)$^2$ | Reference |
|--------------------------------|----------|----------------------|------------------------|-------------------------------------|-----------|
| Soybean oil                    | Oyster shell (CaO) | 6:1                  | 20.0                   | 99.56$^1$                           | [38]      |
| Soybean oil                    | Chicken eggshell (CaO) | 9:1                  | 3.0                    | >95.00$^1$                          | [39]      |
| Used cooked oil                | Ostrich/chicken eggshell (CaO) | 9:1      | 1.5                    | 96.00$^2$                           | [40]      |
| Soybean oil Deodorizer Distillate | Duck eggshell (CaO) | 10:1                 | 10.0                   | 94.60$^1$                           | [41]      |
| Waste cooking oil              | Chicken eggshell (CaO) supported char | 12:1     | 10.0                   | >95.00$^1$                          | [42]      |
| Sunflower oil                  | Crab shell (CaO)/Chicken eggshell (CaO) | 6:1/9:1 | 3.0                    | 83.10$^2$/97.75$^2$                 | [43]      |
| Palm oil                       | Acid-treated quail eggshell (CaO) | 12:1     | 1.5                    | >98.00$^2$                          | [44]      |
| Waste frying oil (WFO)         | Commercial CaO | 12:1                 | 5.0                    | 97.00$^2$                           | [29]      |
| Rapeseed oil                   |                       |                      |                        | 98.00$^2$                           |           |
| Soybean oil                    |                       |                      |                        |                                    |           |
| Low FFA (free fatty acid) WFO  | Clamshell (*Meretrix meretrix*) (CaO) | 12:1     | 4.0                    | 83.75$^1$/90.13$^2$                 | [45]      |

$^1$ Yield of the transesterification (Equation (1)). $^2$ Conversion of fatty acid in the oil into fatty acid methyl esters (FAME).
5. Conclusions

CaO waste materials have the potential to be used as micro-structured (and possibly nano-structured) solid base catalysts in the transesterification of triglycerides for the production of biodiesel.

In terms of results for catalyst characterization, SEM micrographs showed agglomerates of granular solids with a non-regular shape, which is common for CaO originating from eggshells. DLS analysis exhibited particle size distributions in the range of 450 to 600 nm, which means that the obtained solid did not reach a nanoscale. Therefore, there is a need for the application of a micronization technique, such as the Supercritical Anti-Solvent (SAS) method, to achieve particle size distributions below 100 nm (nanoscale).

Regarding the catalyst’s activity, it showed somewhat lower transesterification yields when compared with existent literature. These results will be used as a benchmark in the near future, when the transesterification reaction of soybean oil into biodiesel using CaO nanostructured catalysts will be performed and the effect of particle size reduction on the reaction kinetics will be studied. Nevertheless, this study, as an intermediate work, clearly confirms the tendency of yield improvement when the size range of catalyst particles is to be reduced to the nano scale.

Author Contributions: Conceptualization, S.S., L.N., J.G., and J.P.; writing—original draft preparation, S.S. and L.N.; writing—review and editing, J.G. and J.P.; investigation, S.S. and L.N.; supervision, J.B. and R.Q.-F.; project administration, J.B.

Funding: This research was funded by FCT (Fundação para a Ciência e Tecnologia), grant number PD/BD/128450/2017.

Acknowledgments: Support for this work was provided by FCT through PTDC/SEM-ENE/4865/2014.

Conflicts of Interest: The authors declare no conflicts of interest.

References
1. Qiu, F.; Li, Y.; Yang, D.; Li, X.; Sun, P. Heterogeneous Solid Base Nanocatalyst: Preparation, Characterization and Application in Biodiesel Production. *Bioresour. Technol.* 2011, 102, 4150–4156. [CrossRef] [PubMed]
2. Safaei-Ghomi, J.; Ghasemzadeh, M.A.; Mehrabi, M. Calcium Oxide Nanoparticles Catalyzed One-Step Multicomponent Synthesis of Highly Substituted Pyridines in Aqueous Ethanol Media. *Sci. Iran.* 2013, 20, 549–554. [CrossRef]
3. Meher, L.C.; Vidya Sagar, D.; Naik, S.N. Technical Aspects of Biodiesel Production by Transesterification—A Review. *Renew. Sustain. Energy Rev.* 2006, 10, 248–268. [CrossRef]
4. Islam, A.; Taufiq-Yap, Y.H.; Chan, E.S.; Moniruzzaman, M.; Islam, S.; Nabi, M.N. Advances in Solid-Catalytic and Non-Catalytic Technologies for Biodiesel Production. *Energy Convers. Manag.* 2014, 88, 1200–1218. [CrossRef]
5. Demirbas, A. Progress and Recent Trends in Biodiesel Fuels. *Energy Convers. Manag.* 2009, 50, 14–34. [CrossRef]
6. Singh, A.K.; Fernando, S.D. Transesterification of Soybean Oil Using Heterogeneous Catalysts. *Energy Fuels* 2008, 22, 2067–2069. [CrossRef]
7. Liu, C.; Lv, P.; Yuan, Z.; Yan, F.; Luo, W. The Nanometer Magnetic Solid Base Catalyst for Production of Biodiesel. *Renew. Energy* 2010, 35, 1531–1536. [CrossRef]
8. Wang, L.; Yang, J. Transesterification of Soybean Oil with Nano-MgO or Not in Supercritical and Subcritical Methanol. *Fuel* 2007, 86, 328–333. [CrossRef]
9. Tsai, W.T.; Yang, J.M.; Lai, C.W.; Cheng, Y.H.; Lin, C.C.; Yeh, C.W. Characterization and Adsorption Properties of Eggshells and Eggshell Membrane. *Bioresour. Technol.* 2006, 97, 488–493. [CrossRef]
10. Hamester, M.R.R.; Balzer, P.S.; Becker, D. Characterization of Calcium Carbonate Obtained from Oyster and Mussel Shells and Incorporation in Polypropylene. *Mater. Res.* 2012, 15, 204–208. [CrossRef]
11. Bet-Moushoul, E.; Farhadi, K.; Mansourpanah, Y.; Nikbakht, A.M.; Molaei, R.; Forough, M. Application of CaO-Based/Au Nanoparticles as Heterogeneous Nanocatalysts in Biodiesel Production. *Fuel* 2016, 164, 119–127. [CrossRef]
12. Pandit, P.R.; Fulekar, M.H. Egg Shell Waste as Heterogeneous Nanocatalyst for Biodiesel Production: Optimized by Response Surface Methodology. *J. Environ. Manag.* 2017, 198, 319–329. [CrossRef] [PubMed]

13. Baskar, G.; Aiswarya, R. Trends in Catalytic Production of Biodiesel from Various Feedstocks. *Renew. Sustain. Energy Rev.* 2016, 57, 496–504. [CrossRef]

14. Chaturvedi, S.; Dave, P.N.; Shah, N.K. Applications of Nano-Catalyst in New Era. *J. Saudi Chem. Soc.* 2012, 16, 307–325. [CrossRef]

15. Anr, R.; Saleh, A.A.; Islam, M.S.; Hamdan, S.; Maleque, M.A. Biodiesel Production from Crude Jatropha Oil Using a Highly Active Heterogeneous Nanocatalyst by Optimizing Transesterification Reaction Parameters. *Energy Fuels* 2016, 30, 334–343. [CrossRef]

16. Hu, S.; Guan, Y.; Wang, Y.; Han, H. Nano-Magnetic Catalyst KF/CaO–Fe2O3 for Biodiesel Production. *Appl. Energy* 2011, 88, 2685–2690. [CrossRef]

17. Wen, L.; Wang, Y.; Lu, D.; Hu, S.; Han, H. Preparation of KF/CaO Nanocatalyst and Its Application in Biodiesel Production from Chinese Tallow Seed Oil. *Fuel* 2010, 89, 2267–2271. [CrossRef]

18. Kaur, M.; Ali, A. Lithium Ion Impregnated Calcium Oxide as Nano Catalyst for the Biodiesel Production from Karanja and Jatropha Oils. *Renew. Energy* 2011, 36, 2866–2871. [CrossRef]

19. Lee, L.Y.; Wang, C.H.; Smith, K.A. Supercritical Antisolvent Production of Biodegradable Micro- and Nanoparticles for Controlled Delivery of Paclitaxel. *J. Control. Release* 2008, 125, 96–106. [CrossRef]

20. Chattopadhyay, P.; Gupta, R.B. Production of Griseofulvin Nanoparticles Using Supercritical CO2 Antisolvent with Enhanced Mass Transfer. *Int. J. Pharm.* 2001, 228, 19–31. [CrossRef]

21. Kim, M.-S.; Jin, S.-J.; Kim, J.-S.; Park, H.J.; Song, H.-S.; Neubert, R.H.H.; Hwang, S.-J. Preparation, Characterization and in Vivo Evaluation of Amorphous Atorvastatin Calcium Nanoparticles Using Supercritical Antisolvent (SAS) Process. *Eur. J. Pharm. Biopharm.* 2008, 69, 454–465. [CrossRef] [PubMed]

22. Reverchon, E.; Della Porta, G.; Sannino, D.; Ciambelli, P. Supercritical Antisolvent Precipitation of Nanoparticles of a Zinc Oxide Precursor. *Powder Technol.* 1999, 102, 127–134. [CrossRef]

23. Tavares Cardoso, M.A.; Antunes, S.; van Keulen, F.; Ferreira, B.S.; Geraldes, A.; Cabral, J.M.S.; Palavra, A.M.F. Supercritical Antisolvent Micronisation of Synthetic All-trans-β-Carotene with Tetrahydrofuran as Solvent and Carbon Dioxide as Antisolvent. *J. Chem. Technol. Biotechnol.* 2009, 84, 215–222. [CrossRef]

24. Reverchon, E.; De Marco, I.; Torino, E. Nanoparticles Production by Supercritical Antisolvent Precipitation: A General Interpretation. *J. Supercrit. Fluids* 2007, 43, 126–138. [CrossRef]

25. Fahim, T.K.; Zaidul, I.S.M.; Abu Bakar, M.R.; Salim, U.M.; Awang, M.B.; Sahena, F.; Jalal, K.C.A.; Sharif, K.M.; Sohrab, M.H. Particle Formation and Micronization Using Non-Conventional Techniques—Review. *Chem. Eng. Process. Process Intensif.* 2014, 86, 47–52. [CrossRef]

26. Catarino, M.; Ramos, M.; Dias, A.P.S.; Santos, M.T.; Puna, J.F.; Gomes, J.F. Calcium Rich Food Wastes Based Catalysts for Biodiesel Production. *Waste Biomass Valoriz.* 2017, 8, 1699–1707. [CrossRef]

27. Soares Dias, A.P.; Puna, J.; Neiva Correia, M.J.; Nogueira, I.; Gomes, J.; Bordado, J. Effect of the Oil Acidity on the Methanolysis Performances of Lime Catalyst Biodiesel from Waste Frying Oils (WFO). *Fuel Process. Technol.* 2013, 116, 94–100. [CrossRef]

28. Puna, J.F.; Gomes, J.F.; Bordado, J.C.; Correia, M.J.N.; Dias, A.P.S. Biodiesel Production over Lithium Modified Lime Catalysts: Activity and Deactivation. *Appl. Catal. A Gen.* 2014, 470, 451–457. [CrossRef]

29. Puna, J.F.; Correia, M.J.N.; Dias, A.P.S.; Gomes, J.; Bordado, J. Biodiesel Production from Waste Frying Oils over Lime Catalysts. *React. Kinet. Mech. Catal.* 2013, 109, 405–415. [CrossRef]

30. Ilgen, O. Dolomite as a Heterogeneous Catalyst for Transesterification of Canola Oil. *Fuel Process. Technol.* 2011, 92, 452–455. [CrossRef]

31. Laca, A.; Laca, A.; Diaz, M. Eggshell Waste as Catalyst: A Review. *J. Environ. Manag.* 2017, 197, 351–359. [CrossRef] [PubMed]

32. Badrul, H.M.; Rahmat, N.; Steven, S.; Syarifah, F.; Shelly, W.; Agung, P.F. Synthesis and Characterization of Nano Calcium Oxide from Eggshell to Be Catalyst of Biodiesel Waste Oil. *Int. Energy Conf.* 2014, 340–345.

33. Islam, A.; Taufig-Yap, Y.H.; Chu, C.M.; Chan, E.S.; Ravindra, P. Studies on Design of Heterogeneous Catalysts for Biodiesel Production. *Process Saf. Environ. Prot.* 2013, 91, 131–144. [CrossRef]

34. Gupta, J.; Agarwal, M. Preparation and Characterization of CaO Nanoparticle for Biodiesel Production. *AIP Conf. Proc.* 2016, 1724. [CrossRef]

35. Viriya-Empikul, N.; Krasae, F.; Nualaeng, W.; Yoosuk, B.; Faungnawakij, K. Biodiesel Production over Ca-Based Solid Catalysts Derived from Industrial Wastes. *Fuel* 2012, 92, 239–244. [CrossRef]
36. Khemthong, P.; Luadthong, C.; Nualpaeng, W.; Changsuwan, P.; Tongprem, P.; Viriya-Empikul, N.; Faungnawakij, K. Industrial Eggshell Wastes as the Heterogeneous Catalysts for Microwave-Assisted Biodiesel Production. Catal. Today 2012, 190, 112–116. [CrossRef]

37. Lee, B.K.; Yun, Y.H.; Park, K. Smart Nanoparticles for Drug Delivery: Boundaries and Opportunities. Chem. Eng. Sci. 2015, 125, 158–164. [CrossRef]

38. Nakatani, N.; Takamori, H.; Takeda, K.; Sakugawa, H. Transesterification of Soybean Oil Using Combusted Oyster Shell Waste as a Catalyst. Bioresour. Technol. 2009, 100, 1510–1513. [CrossRef]

39. Wei, Z.; Xu, C.; Li, B. Application of Waste Eggshell as Low-Cost Solid Catalyst for Biodiesel Production. Bioresour. Technol. 2009, 100, 2883–2885. [CrossRef]

40. Tan, Y.H.; Abdullah, M.O.; Nolasco-Hipolito, C.; Taufiq-Yap, Y.H. Waste Ostrich- and Chicken-Eggshells as Heterogeneous Base Catalyst for Biodiesel Production from Used Cooking Oil: Catalyst Characterization and Biodiesel Yield Performance. Appl. Energy 2015, 160, 58–70. [CrossRef]

41. Yin, X.; Duan, X.; You, Q.; Dai, C.; Tan, Z.; Zhu, X. Biodiesel Production from Soybean Oil Deodorizer Distillate Using Calcined Duck Eggshell as Catalyst. Energy Convers. Manag. 2016, 112, 199–207. [CrossRef]

42. Gollakota, A.R.K.; Volli, V.; Shu, C.-M. Transesterification of Waste Cooking Oil Using Pyrolysis Residue Supported Eggshell Catalyst. Sci. Total Environ. 2019, 661, 316–325. [CrossRef] [PubMed]

43. Correia, L.M.; Saboya, R.M.A.; de Sousa Campelo, N.; Cecilia, J.A.; Rodriguez-Castellon, E.; Cavalcante, C.L.; Vieira, R.S. Characterization of Calcium Oxide Catalysts from Natural Sources and Their Application in the Transesterification of Sunflower Oil. Bioresour. Technol. 2014, 151, 207–213. [CrossRef] [PubMed]

44. Cho, Y.B.; Seo, G. High Activity of Acid-Treated Quail Eggshell Catalysts in the Transesterification of Palm Oil with Methanol. Bioresour. Technol. 2010, 101, 8515–8519. [CrossRef] [PubMed]

45. Nair, P.; Singh, B.; Upadhyay, S.N.; Sharma, Y.C. Synthesis of Biodiesel from Low FFA Waste Frying Oil Using Calcium Oxide Derived from Mereterix Mereterix as a Heterogeneous Catalyst. J. Clean. Prod. 2012, 29, 82–90. [CrossRef]

© 2019 by the authors. Licensee MDPI, Basel, Switzerland. This article is an open access article distributed under the terms and conditions of the Creative Commons Attribution (CC BY) license (http://creativecommons.org/licenses/by/4.0/).